Effect of heat-treatment on the pH sensitivity of stainless-steel electrodes as pH sensors

Tadanori Hashimoto¹*, Hiroki Kitabayashi¹, Kenta Ito¹, Hiroyuki Nasu¹, Atsushi Ishihara¹, Yuji Nishio¹

¹Division of Chemistry for Materials, Graduate School of Engineering, Mie University, 1577 Kurimamachiya-Cho, Tsu, Mie, 514-8507, Japan

²HORIBA Advanced Techno, Co., Ltd., 2 Miyao Saint, Kishin, Minami-ku, Kyoto, 601-8551, Japan

*Corresponding author.
E-mail address: hasimoto@chem.mie-u.ac.jp (T. Hashimoto).

Abstract

Effect of heat-treatment on the pH sensitivity of uncoated stainless-steel electrodes was investigated to comprehend the pH sensitivity of metal-oxide coated stainless-steel electrodes as novel pH sensors. The pH sensitivity of stainless-steel electrodes as-received and heat-treated at 500 °C, 600 °C and 700 °C for 24 h were 91 %, 94 %, 102 % and 91 %, respectively. The pH sensitivity tended to increase with increasing heat-treatment time at a given temperature. Thus, the most suitable heat-treatment condition for the stainless-steel electrodes was 600 °C for 24 h. The austenite phase (fcc) was the main phase on the surface of the heat-treated stainless-steel electrodes. Unexpectedly, the change in the martensite phase (bcc) as the second phase with heat-treatment temperature was similar to the pH sensitivity, with the martensite phase affecting the pH sensitivity. Therefore, it appeared that the pH sensitivity of the metal-oxide coated stainless-steel electrodes was affected by the underlying stainless-steel as well as the outer metal-oxide film coating. A prototype stainless-steel tube electrode was used as a working electrode for demonstrating the depth profiling of pH. The stainless-steel tube electrode showed good performance for measuring pH depth profiles compared to commercially available glass electrodes.

Keywords: Electrochemistry, Materials chemistry, Materials science
1. Introduction

Commercially available lithium silicate-based pH glass electrodes show ideal Nernstian pH sensitivity independent of redox interference, a short pH response time, high repeatability and a long lifetime, as well as high chemical durability over a wide pH range. However, the accumulated stain of the responsive glass membrane and liquid junction decrease pH sensitivity and increase pH response time.

For this reason, we have developed pH glass electrodes such as TiO$_2$-P$_2$O$_5$ glasses with a self-cleaning property based on photocatalytic activity and photoinduced hydrophilicity [1], and Fe$_2$O$_3$-Bi$_2$O$_3$-B$_2$O$_3$ glasses with an anti-fouling property based on their hydrophobicity [2, 3, 4].

The use of glass sensors is inappropriate for in vivo biomedical, clinical or food applications because of the brittleness of glass and the difficulty in measuring small volumes [5]. Therefore, low cost electrodes [6, 7, 8, 9, 10], solid state pH electrodes [11, 12, 13, 14, 15, 16] and disposable pH electrodes [6, 15, 17, 18, 19, 20, 21, 22, 23] have been developed. Stainless-steel is a strong candidate for a disposable metal pH electrode in terms of cost and suitable chemical durability. Although there has been a report of stainless-steel-based pH electrodes quite a while ago [17], it has not been followed up by subsequent studies.

Very recently, we reported that 3d-block metal-oxide coated stainless-steel electrodes heat-treated at 500 °C showed a pH sensitivity of 88—100 % [24]. Taking the pH response of Al and metal-oxide coated Al electrodes into consideration, it appeared that the pH sensitivity of the metal-oxide coated stainless-steel electrodes may be affected by the underlying materials as well as by the outer metal-oxide coated films. However, the effect of the heat-treatment condition (temperature and time) on the pH sensitivity of stainless-steel electrodes has not been clarified. In the present study, the relation between the pH sensitivity of stainless-steel (SUS304) heat-treated at different temperatures and the precipitated crystal phases was investigated.

2. Experimental

As a stainless-steel electrode, SUS304 (Nilaco Corporation, Tokyo, Japan) with a thickness of 0.1 mm was used. SUS304 was heat-treated at 500—700 °C for 24—96 h. For example, a sample name of SUS304-500-24 was used for SUS304 heat-treated at 500 °C for 24 h. The samples were directly put in furnace operating at a desired temperature and removed without furnace cooling after heat-treatment. All heat-treatment was carried out under air atmosphere. The notation OP was added for samples with an optically polished thermally oxidized layer outside the SUS304.
Potentiometric measurements were carried out for a handmade cell consisting of an SUS304 electrode with dimensions of 16 mm × 16 mm × 0.1 mm at 25 °C and time intervals of 3 s and 0.5 s using a pH meter F-73 (HORIBA, Ltd., Kyoto, Japan) and portable multi-logger ZR-RX20 (OMRON Corp., Kyoto, Japan), respectively. The details for the pH sensitivity are described in Refs. [1, 2, 3, 4, 24]. Potentiometric measurement of three cycles was run in order of pH 6.86 (150-7, monopotassium phosphate and disodium phosphate, HORIBA, Ltd., Kyoto, Japan, abbreviated as pH 7), pH 4.01 (150-4, potassium hydrogen phthalate, HORIBA, Ltd., Kyoto, Japan, abbreviated as pH 4) and pH 9.18 (150-9, sodium borate, HORIBA, Ltd., Kyoto, Japan, abbreviated as pH 9) according to JIS Z 8805. Potentials after 3 min in the third cycle at pH 7, pH 4 and pH 9 were read out as a stable one. In this case (25 °C), potential decreases ideally by 59.16 mV/pH with increasing pH according to Nernst equation.

The pH responsivity (pH sensitivity and pH response time) was determined as follows. Then, pH a–b sensitivity between pH a and pH b was estimated from potentials, $E_a$ and $E_b$, by the following Eq. (1),

$$\text{pH a–b sensitivity (\%)} = -100\frac{F(E_a - E_b)}{2.3026RT} \left(\text{pH a} - \text{pH b}\right)$$

where $E_a$, $E_b$, $R$, $T$ and $F$ are the potential of working electrode (prepared glass) versus reference electrode (Ag/AgCl) at pH a and pH b, the gas constant (8.3145 J/K mol), the absolute temperature and the Faraday constant (96485 C/mol), respectively.

The pH depth profile was measured using an SUS304-600-24 tube electrode (1.6 mm $\phi$ × pH response length 2 mm, with the rest of the part electrically insulated by covering with thermal shrinkage tube) and a commercially available pH glass electrode 9615S-10D (HORIBA, Ltd., Kyoto, Japan, 12 mm $\phi$ × pH response length ~13 mm). A pH 7 buffer solution with bromothymol blue (BTB) indicator was carefully placed on top of the pH 4 buffer solution with sugar to build a two-layer solution (upper pH 7 and lower pH 4). The pH electrode was immersed into the two-layer solution. The pH in the order of pH 7, pH 4, pH 7, pH 4 and pH 7 was measured by moving the electrode downward and upward at a rate of 0.1 mm/sec using dip coater F225S-Y (Asumi Giken, Ltd., Japan).

The crystalline phases precipitated in the heat-treated SUS304 were determined from XRD patterns measured using an Ultima IV instrument (Rigaku, Tokyo, Japan).

### 3. Results and discussion

The color of the heat-treated SUS304 was brown or deep blue due to the representative interference color compared with the silver color of the as-received SUS304, which results from the formation of the thermally oxidized layer outside the SUS304.
Fig. 1 shows the change in pH sensitivity of SUS304 electrodes heat-treated at a given temperature for varying heat-treatment times. The pH sensitivity of all the SUS 304 electrodes tended to increase with heat-treatment time at a given temperature. The pH sensitivity of SUS304-500-24 and SUS304-600-24 was 94 % and 102 %, respectively and was high compared to the as-received SUS304 (91 %) and SUS304-700-24 (91 %). The optimum heat-treatment temperature for the stainless-steel electrodes was 600 °C. However, the pH sensitivity of SUS304-600-24 decreased to 95 % after polishing the surface (not shown in Fig. 1). This indicates that the surface of SUS304-600-24 possesses high pH sensitivity compared to the underlying SUS304.

Fig. 2 shows the XRD patterns measured for the SUS304 electrodes as-received and heat-treated at 600 °C and 700 °C. The figure lying on the right-side is a view ranging from 40—55°. The figure lying on the left-side is a view enlarged to 30 times on the vertical axis ranging from 30—40°. It is seen from the figure on the right that diffraction lines are observed at approximately 43.5° and 51°, and 44.5°, which are assigned to austenite (JCPDS: No. 33-0397) and martensite (JCPDS: No. 35-1375) phases, respectively. The austenite phase increased with increasing heat-treatment temperature unlike the martensite phase. The small amount of thermally oxidized phases of Fe₂O₃ (JCPDS: No. 71-5088) and FeCr₂O₄ (JCPDS: No. 24-0511) are observed in the figure on the left. All peaks of most of the crystalline phases drastically decreased after surface polishing (SUS304-600-24-OP). This indicates that the outer layer has high crystallinity compared to the underlying SUS304. Since the outer layer has high pH sensitivity to the underlying SUS304, as mentioned above, we focused on the crystalline phases. The change in (a) pH sensitivity and (b) XRD peak intensity of SUS304 electrodes heat-treated at a given temperature for 24 h with heat-treatment temperature is shown in Fig. 3. The pH sensitivity showed a maximum at 600 °C, as seen on the left side of Fig. 3. It is seen from the right
side of Fig. 3 that the martensite phase changed irregularly whereas the austenite and Fe₂O₃ monotonically increased with increasing temperature. Thus, the change in pH sensitivity corresponded to that in the martensite of the second main phase. It is well-known that heat treatment of SUS304 increases martensite phase [25, 26, 27, 28]. Austenitic stainless steels suffer from sensitisation, when they are heat-treated

![Figure 2](https://example.com/fig2.png)

**Fig. 2.** XRD patterns of SUS304 electrodes as-received and heat-treated at 600 and 700 °C (a) 2θ = 30-40° (vertical axis is zoomed in thirty-fold) and (b) 2θ = 40-55°.

![Figure 3](https://example.com/fig3.png)

**Fig. 3.** Change in (a) pH sensitivity and (b) XRD peak intensity of SUS304 electrodes heat-treated at a given temperature for 24 h with heat-treatment temperature.
between 600 °C and 800 °C [28]. In a sensitised steel, the austenite near these boundaries and interfaces tends to transform to martensite phase. In addition, the martensite phase exists at surface compared to austenite phase [29]. This may result in the situation that martensite phase become more pH sensitive than austenite phase.

Both CuO/Al and Al electrodes showed an unstable and super-Nernstian potential in the same way, whereas CuO/SUS304 and SUS304 showed a stable and Nernstian potential, as reported previously [24]. This idea suggests that the pH sensitivity of metal-oxide coated Al electrodes is strongly affected by the underlying Al rather than by the outer metal-oxide film coating. In contrast, the effect of the surface of SUS304 on the pH sensitivity was observed in the present case. This result is because the SUS304 shows a Nernstian potential (pH sensitivity ~ 100 %) in contrast to the super-Nernstian potential (pH sensitivity ~ 200 %) of Al. Thus, the most prominent factor is the composition of the underlying materials and the second factor is the composition of the surface (oxidized layer and coated layer). If materials such as SUS304 with a pH sensitivity close to 100 % are used, the pH sensitivity of metal-oxide coated metal electrodes can be controlled by the composition of the surface. This corresponds to the case of 3d-block metal-oxide coated stainless-steel electrodes with a pH sensitivity of 88–100 % [24].

Thus, SUS304 electrodes heat-treated at 600 °C are favorable for obtaining working electrodes with high pH sensitivity. The measurement of pH depth profiles using an SUS304-600-24 tube electrode and commercially available pH glass electrode is demonstrated in Fig. 4 (Suppl. 1). The pH in the order of pH 7-1, pH 4-1, pH 7-2, pH 4-2 and pH 7-3 was measured. Since both electrodes are insufficiently immersed (partially in air) in the pH 7-1 and pH 7-3, the data obtained in pH 4-1, pH 7-2 and pH 4-2 will be discussed. The pH response curve of the glass electrode
was inconsistent with the pH profile of the solution, especially in the pH 7-2. On the other hand, the pH response curve of SUS304-600-24 tube electrode showed a quick response. This should be ascribed to the small size of the SUS304 tube electrode and the very short response time [24] compared to the glass electrode. Such metal electrodes are considered viable candidates for use as disposable pH electrodes, pH microelectrodes and tube and needle-type pH electrodes for novel pH sensors.

4. Conclusions

In the present study, the effect of heat-treatment on the pH sensitivity of uncoated stainless-steel electrodes was investigated to comprehend the pH sensitivity of metal-oxide coated stainless-steel electrodes as novel pH sensors.

The pH sensitivity of stainless-steel electrodes as-received and heat-treated at 500 °C, 600 °C and 700 °C for 24 h were 91 %, 94 %, 102 % and 91 %, respectively. The pH sensitivity tended to increase with increasing heat-treatment time at a given temperature.

The most suitable heat-treatment condition for the stainless-steel electrodes was 600 °C for 24 h. The austenite phase (fcc) was the main phase on the surface of heat-treated stainless-steel electrodes. Unexpectedly, the change in the martensite phase (bcc) as the second phase with heat-treatment temperature was similar to the pH sensitivity, with the martensite phase affecting the pH sensitivity. Therefore, it appeared that the pH sensitivity of the metal-oxide coated stainless-steel electrodes was affected by the underlying stainless-steel as well as the outer metal-oxide film coating.

A prototype stainless-steel tube electrode was used as a working electrode for demonstrating depth profiling of pH. The stainless-steel tube electrode showed good performance for measuring pH depth profiles compared to commercially available glass electrodes.

Declarations

Author contribution statement

Tadanori Hashimoto: Conceived and designed the experiments; Analyzed and interpreted the data; Wrote the paper.

Hiroki Kitabayashi, Kenta Ito: Performed the experiments.

Hiroyuki Nasu, Atsushi Ishihara: Analyzed and interpreted the data.

Yuji Nishio: Contributed reagents, materials, analysis tools or data.
Funding statement
This work was supported by JSPS KAKENHI (JP15K06439 and JP18K04702).

Competing interest statement
The authors declare no conflict of interest.

Additional information
Supplementary content related to this article has been published online at https://doi.org/10.1016/j.heliyon.2019.e01239.

References

[1] T. Hashimoto, M. Wagu, K. Kimura, H. Nasu, A. Ishihara, Y. Nishio, Y. Iwamoto, Titanophosphate glasses as lithium-free nonsilicate pH-responsive glasses - compatibility between pH responsivity and self-cleaning properties, Mater, Res. Bull. 47 (2012) 1942–1949.

[2] T. Hashimoto, M. Hamajima, H. Ohta, H. Nasu, A. Ishihara, Y. Nishio, Fe₂O₃-Bi₂O₃-B₂O₃ glasses as lithium-free nonsilicate pH responsive glasses - compatibility between pH responsivity and hydrophobicity, Mater. Res. Bull. 50 (2014) 385–391.

[3] T. Hashimoto, F. Murayama, M. Nakao, H. Nasu, A. Ishihara, Y. Nishio, Drastic Dependence of the pH sensitivity of Fe₂O₃-Bi₂O₃-B₂O₃ hydrophobic glasses with composition, Materials 8 (2015) 8624–8629.

[4] T. Hashimoto, H. Inukai, K. Matsumura, H. Nasu, A. Ishihara, Y. Nishio, Effect of glass former (B₂O₃, SiO₂, GeO₂ and P₂O₅) addition to Fe₂O₃-Bi₂O₃ glass on pH responsivity, Sensor. Actuator. B Chem. 257 (2018) 807–814.

[5] Z.H. Ibupoto, K. Khun, M. Willander, Development of a pH sensor using nanoporous nanostructures of NiO, J. Nanosci. Nanotechnol. 14 (2014) 6699–6703.

[6] K. Nomura, Y. Ujihira, Magnetite coated iron wire and molybdenum oxide-coated molybdenum wire as pH sensor, Anal. Sci. 3 (1987) 125–129.

[7] H.-H. Kohler, C. Haider, S. Woelki, Selectivity and dynamic behavior of glass electrodes, Adv. Colloid Interface Sci. 114–115 (2005) 281–290.

[8] M. Yuqing, C. Jianrong, F. Keming, New technology for the detection of pH, J. Biochem. Biophys. Methods 63 (2005) 1–9.
[9] G.M. D Silva, S.G. Lemos, L.A. Pocrifka, P.D. Marreto, A.V. Rosario, E.C. Pereira, Development of low-cost metal oxide pH electrodes based on the polymeric precursor method, Anal. Chim. Acta 616 (2008) 36–41.

[10] N. Cherchour, C. Deslouis, B. Messaoudi, A. Pailleret, pH sensing in aqueous solutions using a MnO2 thin film electrodeposited on a glassy carbon electrode, Electrochim. Acta 56 (2011) 9746–9755.

[11] K. Yamamoto, G. Shi, T. Zhou, F. Xu, M. Zhu, M. Liu, T. Kato, J.Y. Jin, L. Jin, Solid-state pH ultramicrosensor based on a tungsten oxide film fabricated on a tungsten nanoelectrode and its application to the study of endothelial cells, Anal. Chim. Acta 480 (2003) 109–117.

[12] W. Vonau, J. Gabel, H. Jahn, Potentiometric all solid-state pH glass sensors, Electrochim. Acta 50 (2005) 4981–4987.

[13] S. Lorant, C. Bohnke, M. Rooff, O. Bohnke, New concept of an all-solid-state reference electrode using a film of lithium lanthanum titanium oxide (LLTO), Electrochim. Acta 80 (2012) 418–425.

[14] M. Glanc-Gostkiewicz, M. Sophocleous, J.K. Atkinson, E. Garcia-Breijo, Performance of miniaturized thick-film solid state pH sensors, Sensor Actuator Phys. 202 (2013) 2–7.

[15] T.Y. Kim, S.A. Hong, S. Yang, A solid-state thin-film Ag/AgCl reference electrode coated with graphene oxide and its use in a pH sensor, Sensors 15 (2015) 6469–6482.

[16] J. Chu, Y. Zhao, S.H. Li, H.Q. Yu, G. Liu, Y.C. Tian, An integrated solid-state pH microelectrode prepared using microfabrication, Electrochim. Acta 152 (2015) 6–12.

[17] K. Nomura, Y. Ujihira, Response of oxide films on stainless-steel as a pH sensor, Anal. Chem. 60 (1988) 2564–2567.

[18] Y.H. Liao, J.C. Chou, Preparation and characterization of the titanium dioxide thin films used for pH electrode and procaine drug sensor by sol–gel method, Mater. Chem. Phys. 114 (2009) 542–548.

[19] S. Betelu, K. Polychronopoulou, C. Rebholz, I. Ignatiadis, Novel CeO2-based screen-printed potentiometric electrodes for pH monitoring, Talanta 87 (2011) 126–135.

[20] C. Zuliani, G. Matzeu, D. Diamond, A potentiometric disposable sensor strip for measuring pH in saliva, Electrochim. Acta 132 (2014) 292–296.
[21] T. Guinovart, G. Valdes-Ramirez, J.R. Windmiller, F.J. Andrade, J. Wang, Bandage-based wearable potentiometric sensor for monitoring wound pH, Electroanalysis 26 (2014) 1345–1353.

[22] A. Das, D.H. Ko, C.H. Chen, L.B. Chang, C.S. Lai, F.C. Chu, L. Chow, R.M. Lin, Highly sensitive palladium oxide thin film extended gate FETs as pH sensor, Sensor. Actuator. B Chem. 205 (2014) 199–205.

[23] H.Y.Y. Nyein, W. Gao, Z. Shahpar, S. Emaminejad, S. Challa, K. Chen, H.M. Fahad, L.C. Tai, H. Ota, R.W. Davis A. Javey, A wearable electrochemical platform for noninvasive simultaneous monitoring of Ca^{2+} and pH, ACS Nano 10 (2016) 7216–7224.

[24] T. Hashimoto, M. Miwa, H. Nasu, A. Ishihara, Y. Nishio, pH sensors using 3d-block metal oxide-coated stainless steel electrodes, Electrochim. Acta 220 (2016) 699–704.

[25] F. Gauzzi, R. Montanari, G. Principi, A. Perin, M.E. Tata, Martensite formation during heat treatments of AISI 304 steel with biphasic structure, Mater. Sci. Eng. A 273–275 (1999) 443–447.

[26] F. Gauzzi, R. Montanari, G. Principi, M.E. Tata, AISI 304 steel: anomalous evolution of martensitic phase following heat treatments at 400 °C, Mater. Sci. Eng. A 438–440 (2006) 202–206.

[27] A. Etienne, B. Radiguet, C. Genevois, J.-M. Le Breton, R. Valiev, P. Pareige, Thermal stability of ultrafine-grained austenitic stainless steels, Mater. Sci. Eng. A 527 (2010) 5805–5810.

[28] K.H. Lo, D. Zeng, C.T. Kwok, Effects of sensitisation-induced martensitic transformation on the tensile behaviour of 304 austenitic stainless steel, Mater. Sci. Eng. A 528 (2011) 1003–1007.

[29] M. Calmunger, R. Eriksson, G. Chai, S. Johansson, J.J. Moverare, Surface phase transformation in austenitic stainless steel induced by cyclic oxidation in humidified air, Corros. Sci. 100 (2015) 524–534.